Quantitative evaluation of defect-models in superconducting phase qubits by Cole, J. H. et al.
Quantitative evaluation of defect-models in superconducting phase qubits
J. H. Cole, C. Müller, P. Bushev, G. J. Grabovskij, J. Lisenfeld, A. Lukashenko, A. V. Ustinov, and A.
Shnirman 
 
Citation: Applied Physics Letters 97, 252501 (2010); doi: 10.1063/1.3529457 
View online: http://dx.doi.org/10.1063/1.3529457 
View Table of Contents: http://scitation.aip.org/content/aip/journal/apl/97/25?ver=pdfcov 
Published by the AIP Publishing 
 
Articles you may be interested in 
Microwave readout scheme for a Josephson phase qubit 
Appl. Phys. Lett. 97, 262508 (2010); 10.1063/1.3533805 
 
Berry phase and entanglement of three qubits in a new Yang–Baxter system 
J. Math. Phys. 50, 083509 (2009); 10.1063/1.3177295 
 
Long range and selective coupler for superconducting flux qubits 
Appl. Phys. Lett. 91, 032501 (2007); 10.1063/1.2756275 
 
Superconducting π qubit with three Josephson junctions 
Appl. Phys. Lett. 88, 132501 (2006); 10.1063/1.2189191 
 
Characterization of superconducting structures designed for qubit realizations 
Appl. Phys. Lett. 80, 4184 (2002); 10.1063/1.1481988 
 
 
 Reuse of AIP Publishing content is subject to the terms at: https://publishing.aip.org/authors/rights-and-permissions. Download to IP:  130.102.82.177 On: Fri, 30 Sep
2016 05:44:02
Quantitative evaluation of defect-models in superconducting phase qubits
J. H. Cole,1,2,a C. Müller,3,2 P. Bushev,4,2 G. J. Grabovskij,4 J. Lisenfeld,4 A. Lukashenko,4
A. V. Ustinov,4,2 and A. Shnirman3,2
1Institut für Theoretische Festkörperphysik, Karlsruhe Institute of Technology, D-76128 Karlsruhe, Germany
2DFG-Center for Functional Nanostructures (CFN), D-76128 Karlsruhe, Germany
3Institut für Theorie der Kondensierten Materie, Karlsruhe Institute of Technology, D-76128 Karlsruhe,
Germany
4Physikalisches Institut, Karlsruhe Institute of Technology, D-76128 Karlsruhe, Germany
Received 29 October 2010; accepted 25 November 2010; published online 20 December 2010
We use high-precision spectroscopy and detailed theoretical modeling to determine the form of the
coupling between a superconducting phase qubit and a two-level defect. Fitting the experimental
data with our theoretical model allows us to determine all relevant system parameters. We observe
a strong qubit-defect coupling with a nearly vanishing longitudinal component. We quantitatively
compare several existing theoretical models for the microscopic origin of two-level defects. © 2010
American Institute of Physics. doi:10.1063/1.3529457
A key limiting factor of superconducting quantum
coherent devices is that they suffer from decoherence in-
duced by their weak but non-negligible interaction with the
environment,1 the details of which are still not completely
understood. One such enigma is the appearance of pro-
nounced anticrossings in the spectra of superconducting
phase2 and flux3 qubits, which are indicative of a strong in-
teraction with an additional quantum system. It has been
shown that these are coherent4 two-level, or at least strongly
anharmonic,5 defects, but their exact microscopic nature is
still unclear.
In several experiments,3–5 it has been observed that, for
strongly coupled defects, the coupling term is transverse in-
volving pure qubit-defect energy exchange with minimal
longitudinal phase shift inducing component. In this work,
we perform a high-precision comparison between experi-
mental data and a general theoretical model to shed light on
the exact form of the coupling operator between qubit and
two-level defect. We obtain quantitative estimates of the lon-
gitudinal and transverse components and then compare our
results to existing theoretical models for intrinsic two-level
systems.
We theoretically describe the system of qubit and two-
level system TLS by the Hamiltonian
H = Hq + HTLS + HI, 1
where Hq describes the qubit, HTLS describes the TLS, and
HI describes the interaction between the two. Our qubit is a
flux biased phase qubit,2,6 consisting of a superconducting
ring interrupted by a Josephson junction and threaded by an








ˆ − ext2, 2
where EJ= Ic0 /2 is the Josephson energy of the circuit, C
is the qubit’s capacitance, L is the inductance of the super-
conducting ring, and 0 is the superconducting flux quan-
tum. Equation 2 describes an anharmonic oscillator with
dynamical variables given by the phase difference across the
Josephson junction ˆ and its conjugate momentum qˆ, corre-
sponding to the number of Cooper-pairs tunneled across the
junction, with qˆ ,ˆ = i. The external flux ext is generated
via a flux coil on chip. We assume a linear flux-current rela-
tion of the form ext=Ibias+, with the fabrication depen-
dent parameters  and . The TLS is described as a generic
two-level system, and we write its Hamiltonian in the eigen-
basis HTLS=
1
2TLSz, with the level splitting TLS and the
Pauli-matrix z.
We consider three different coupling operators, which
may stem from fluctuations in the three terms of Eq. 2,
each of which corresponds to a different microscopic origin.
The state of the TLS may modulate the magnetic flux ext
threading the superconducting loop7,8 or the critical current Ic
of the Josephson junction,9–11 resulting in coupling to ˆ or
cos ˆ , respectively. Alternatively, the TLS may couple to the
electric field of the junction E 	 qˆ, which is consistent with
the TLS being formed from a charge-dipole.12,13 These three





ox + sin 
oz , 3
where oˆ= qˆ, ˆ , or cos ˆ depending on the nature of the
coupling and vo parameterize its strength. The angle 
o
 0, denotes the relative orientation of the TLS eigenba-
sis, the physical meaning of which depends on the particular
microscopic model.
In order to compare the various coupling models, we












where the qubit component of the coupling term oˆ is defined
as in Eq. 3.
To shed light on the nature of the interaction between
qubit and two-level defect, we need to determine the values
of v and 
. To this end, we have performed a series of spec-
troscopy experiments of a superconducting phase qubitaElectronic mail: jcole@tfp.uni-karlsruhe.de.
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strongly coupled to a TLS, at varying microwave power;5 see
Fig. 1. Performing spectroscopy at both low- and high-power
allows us to use a combination of single- and two-photon
transitions to obtain spectral lines that are sensitive to the
nature of the qubit-TLS coupling. We also performed “swap-
spectroscopy,” where an additional swap between qubit and
TLS is performed before readout, effectively measuring the
state of the TLS. We extract the frequencies of the various
transitions in the coupled system by fitting each spectro-
scopic trace with Lorentzian functions.
Our theoretical model, Eq. 1, can be described by a
total of six independent parameters. Three parameters de-
scribe the qubit circuit and its tuning via the external flux:
the critical current Ic of the qubits Josephson junction and the
parameters  and  describing the local generation of flux on
chip and its coupling to the qubit loop. The TLS is described
by its level splitting TLS and the interaction between qubit
and TLS via v and 
. Figure 2 shows an illustration of the
spectrum of the model and the influences of the different
parameters. Since their effects on the spectrum, as indicated
by arrows in Fig. 2, are all largely independent, this allows
us to perform a fit to all six parameters simultaneously. For
the circuit capacitance C and inductance L we take the de-
sign values of C=850 fF and L=720 pH. To account for
fabrication variation, we repeated the fitting procedure with a
5% tolerance in both L and C, resulting in no significant
variation in the TLS parameter estimates although Ic, , and
 vary accordingly. It is important to note that, since we are
limited to spectroscopic data, our results are only sensitive to
purely transversal 	zz and purely longitudinal 	xx cou-
pling terms.
As an example, the estimated parameters for coupling
to critical current according to Eq. 3 are level splitting
TLS=7944.380.08 MHz with coupling strengths v
=35.520.13 MHz and v=0.270.12 MHz uncertainties
correspond to 1− confidence intervals throughout. We find
that the estimates obtained by fitting to each of the three
coupling models are consistent with each other. Repeating
the fitting for an additional defect in the same chip with
different level splittings TLS and coupling parameters v and

 produced qualitatively similar results, so we only consider
one TLS in what follows. Full details can be found in the
supplementary material.14
We now discuss our results in light of several existing
models describing the microscopic origin of such TLSs.
(a) (b)
FIG. 1. Color online Peak positions obtained for a qubit spectroscopy and b swap-spectroscopy. For clarity, only 10% of the data set is shown. The error
bars give the 1− confidence interval for the fitted peak positions. The theoretical curves show the relevant transition frequencies for the coupled qubit-TLS
system obtained via fitting the extracted peak positions see text. The inserts show examples of the normalized escape probability as a function of excitation
frequency and bias flux, from which the peak positions are extracted.
One-photon
line (upper branch)









FIG. 2. Color online Anatomy of a qubit-TLS anticrossing in the high-
power regime. The overall slope of the spectral lines, their position, and the
spacing between one- and two-photon features allow us to calibrate the
system, even for several independent fitting parameters see text. The sepa-
ration and asymmetry of the lines, within the anticrossing itself, allow us to
estimate the transverse and longitudinal components of the coupling opera-
tor, respectively.
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Coupling to either magnetic flux or critical current generates
both transverse and longitudinal components. Using the ratio
of these terms gives us an estimate for the orientation of
tan 
=0.040.02 for either coupling, placing strong con-
straints on critical current or magnetic flux coupling models.
If the state of the TLS modulates the value of the mag-
netic flux threading the superconducting loop, the observed
coupling would result14 from a magnetic flux contribution of
ext=ext0 / 22500. Assuming the fluctuations
result from a spin in the surface of the superconducting loop
of wire-thickness 	1 m, such a modulation of the mag-
netic flux corresponds to a magnetic moment approximately
105 times that of an electron spin.14
In the model of Ku and Yu,10 a variation in critical cur-
rent will couple to the qubit via the operator cos ˆ . Using
our estimates for v and v, we obtain14 a critical current
variation of Ic0.7 nA, where Ic=9842 nA. We can
also use our estimates for tan 
 and TLS to calculate the TLS
Hamiltonian in its physical basis, where the two basis states
correspond to different values of the qubits Ic. We obtain
HTLS=1 /20z+1 /20x with 0=0.340.16 GHz and 0
=7.940.01 GHz, giving two nearly degenerate states
coupled by a large tunneling element. A similar calculation
also holds for magnetic impurities.
Alternatively, the model of de Sousa et al.11 assumes an
impurity level in the junction, which, via hybridization with
the Cooper-pairs in the superconductor, forms an Andreev
bound state with energy inside the gap. Using this model14
results in an impurity energy of d150 MHz and a varia-
tion in critical current of Ic1.5 nA. Such an impurity
energy that is close to the Fermi edge is a consequence of the
small longitudinal coupling 
c0.
For a purely transverse coupling to the electric field,
following Ref. 13, we can estimate the aligned dipole size
as a fraction of junction thickness x for our TLS as d /x
=0.08. Since the momentum operator qˆ has no diagonal
component, this type of interaction would not lead to a lon-
gitudinal component 	zz in the coupling operator. Spec-
troscopy therefore provides no direct measure of the orienta-
tion 
q of the charge-dipole.
Although the data are compatible with a small longitu-
dinal coupling fitting to flux or critical current coupling, the
resulting coupling strength v is comparable to the uncertain-
ties; and therefore we cannot rule out a pure charge-dipole.
In such a case, a small longitudinal coupling component may
also stem from a variation in the junction potential along the
lines of Ref. 9. A linear combination of the different coupling
models, Eq. 3, is therefore also possible.
Using general theoretical models and high resolution
spectroscopy, we have estimated the various coupling param-
eters between a superconducting phase qubit and a coherent
two-level system within the qubit circuit. Comparing with
existing theoretical models, we obtained parameter estimates
for various suggested sources of such defects. In each case,
the experimental data indicate a small or nonexistent longi-
tudinal coupling, relative to the transverse coupling term.
These results allow us to place strong constraints on the pa-
rameters of the theoretical models and test their validity.
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